We are IntechOpen, the world’s leading publisher of Open Access books
Built by scientists, for scientists

5,600
Open access books available

138,000
International authors and editors

170M
Downloads

154
Countries delivered to

TOP 1%
Our authors are among the most cited scientists

12.2%
Contributors from top 500 universities

WEB OF SCIENCE™
Selection of our books indexed in the Book Citation Index in Web of Science™ Core Collection (BKCI)

Interested in publishing with us?
Contact book.department@intechopen.com

Numbers displayed above are based on latest data collected.
For more information visit www.intechopen.com
1. Introduction

The recent resurgence of interest in photopolymers for commercial holograms is a strong incentive for development of photopolymers that are as environmentally friendly as possible. Photopolymer materials consist of a light-sensitive film which is exposed during production to form the hologram, thereby offering versatility well beyond that of current security holograms, which are mass produced from a master using a foil stamping processes.

Most holographic recording media based on photopolymerizable materials contain monomers such as acrylates or acrylamides as well as an electron donor such as Triethanolamine, a light absorbing dye such as Methylene Blue or Erythrosine B and an inert polymer binder such as Polyvinyl Alcohol.

Like their foil-stamped/embossed counterparts, the finished photopolymer hologram is a thin, solid layer applied to the surface of a product or package and any harmful monomers present in the photosensitive recording material have usually been fully polymerized during the exposure/recording process. Even so, the handling of raw materials during mass production and the disposal of waste produced by the production process must be carefully controlled when harmful monomers are present. Replacement of the current monomers with environmentally friendly constituents is better for the environment and may help to reduce overall production cost.

Photopolymers have been in development since the late 1960s, but development of the embossing technique for mass production of surface relief holograms in the early 1980s led to...
commercial success for the now familiar surface hologram. Since the early work of Close et al. [1] some photopolymers for holography have been produced commercially. The well known DuPont photopolymer [2-4] and Polaroid DMP-128 [5, 6] emerged in the 1970’s and 1980’s but commercial use was limited.

As interest in holographic data storage grew, Polaroid spin–out company Aprilis began to commercialize their material, and the Bell Laboratories spin out company, InPhase introduced the new ‘Tapestry’ medium for holographic data storage. General Electric were also developing a data storage medium.

Currently, the biggest market in commercial holography is security holograms. However, despite the growth in activity in volume materials for data storage, until very recently the security hologram industry focussed almost exclusively on surface relief holograms. Over the last five years we have seen significant activities in developing of volume photopolymer holograms. DuPont has been joined by other large commercial companies including Bayer [7, 8] and Sony [9] in offering commercial holographic photopolymer materials to industry. With the prospect of very high volume production, environmental and cost considerations become even more important.

The photopolymer phase reflection hologram is attractive for security holograms for a number of reasons. The fact that it is relatively thick by hologram standards (tens of microns) means the diffraction efficiency can be very high, leading to eye-catching 3D images, visually quite different to the rainbow effect of the embossed hologram. A second important feature if the photopolymer reflection holograms is the capacity to angularly multiplex several holograms into one layer. In photopolymers with high refractive index modulation, this can produce a moving image effect, which is very striking. Even a small number of multiplexed holograms can enable toggling between two static images, so that text or warnings can be visible in conjunction with the holographic image. A third beneficial characteristic is the broad range of wavelength sensitivity in many photopolymers [10—12], enabling several colour components in the hologram. Finally, most photopolymers are completely self developing and require no chemical processing. This means that they can be exposed individually during production thus introducing the possibility of serialization and individualized data [12, 13] to provide a new level of security.

As well as improving the polymer formulation, this Chapter aims to illustrate some properties, unique to volume photopolymer holograms, that could be developed into innovative products. In a recent overview at HoloPack-HoloPrint 2012, Lancaster and Tidmarsh pointed out that the security market is one of the main drivers for growth and innovation in the industry and the market is changing as customers are demanding more functionality in security technologies [14].

This chapter is divided in two parts. The first part describes some attractive applications of an acrylamide-based photopolymer developed in the Centre for Industrial and Engineering Optics (IEO), at Dublin Institute of Technology. This particular photopolymer is characterised by high diffraction efficiency and self development (immediate) [15], and it can be prepared in thickness ranging from a few microns to 1mm [16]. It has been recently reformulated for
panchromacity [10] and improved with the addition of nanoparticles [17-22]. This holo-
graphic photopolymer is sensitive to humidity [23-26] and to high pressure. It was discovered
recently that its pressure sensitivity can be varied using a particular additive and adjusting
the polymer’s chemical composition accordingly. The second part of the chapter reports results
for a novel photopolymer based on diacetone-acrylamide.

2. IEO Holographic sensor technology

Research in IEO has been focused on holography and its applications using, mainly, low cost
photopolymers which are water soluble and require no chemical or other form of processing.
IEO is one of very few places in the world capable of making acrylamide photopolymer
reflection holograms that can be viewed in ordinary light, like the holograms on credit cards.
Until recently this was not possible, but IEO researchers have overcome the technical problems.

Holograms are made by exposing the photopolymer film to two beams of coherent laser light.
When the finished hologram is illuminated at the playback or reconstruction stage by just one
of the beams, the second beam reappears. This is how holographic images are produced. If the
second beam was originally reflected from an object before reaching the film then, on recon-
struction we’d see an image of the object. Furthermore if the two beams approach the film from
opposite sides, the hologram can be played back in white light in which case we’d see a
holographic image in the colour of the laser light that was used for the recording. Such
holograms are known as reflection holograms. If no object is used and both recording beams
illuminate the film directly then we obtain what’s known as a holographic grating because the
pattern of light formed at the film by the interference of two beams consists of finely spaced
bright and dark regions and the recording consists correspondingly of finely spaced regions
of photo-polymerised material interspersed with unpolymerised material.

Holographic sensors of three types are under development, both offering a number of
advantages including visual, easy interpretation of information by non specialists, low cost,
flexible design and small format.

In the first type of sensor a change in the dimensions, or average refractive index or refractive
index modulation occurring in the photopolymer layer, when it is exposed to an analyte will
cause the brightness or, in the case of a reflection hologram, the colour of the reconstructed
light to change. Holographic indicators that change colour when exposed to a change in
relative humidity have been developed [23-26]. The device can be calibrated so that a precise
reading of the colour enables an accurate measure of relative humidity. The pictures in Fig.
1 show the change from blue to red in the colour of the reconstructed image from a hologram
after it is simply breathed on. The colour reverts to the original after a few minutes.

The humidity sensitive hologram may alternatively be used as a security device. Holograms
are a common feature on credit cards, banknotes, passports, concert tickets and other high
value items and are put there as an authentication device. However it has become fairly easy
to counterfeit these mass produced holograms. IEO’s new humidity sensitive holograms are
particularly difficult to emulate and can be used to provide an added level of authentication.
The second type of sensor relies on a very simple principle. Polymerisation by visible light requires that the monomers, a co-initiator and a sensitisier all be present in order for photopolymerisation to take place. If the sensitisier is absent then photopolymerisation is impossible. Because the presence of the dye is essential, the film is usually made sensitive to light during its preparation. Here we separate the film preparation and the sensitisation processes (Fig. 2). In this way the photo-polymerisation process is used to detect dye labelled analytes, providing an alternative to fluorescence detection methods.

![Figure 1. Moisture sensitive colour changing hologram](image)

The second type of sensor relies on a very simple principle. Polymerisation by visible light requires that the monomers, a co-initiator and a sensitisier all be present in order for photopolymerisation to take place. If the sensitisier is absent then photopolymerisation is impossible. Because the presence of the dye is essential, the film is usually made sensitive to light during its preparation. Here we separate the film preparation and the sensitisation processes (Fig. 2). In this way the photo-polymerisation process is used to detect dye labelled analytes, providing an alternative to fluorescence detection methods.

![Figure 2. Detection principle based on novel approach to photopolymer sensitisation](image)

![Figure 2. Detection principle based on novel approach to photopolymer sensitisation](image)

We have been successful in the detection of dye-labelled DNA single strand molecules by the recording of a simple holographic grating (Fig. 3) [27]. The minimum amount of material that has been detected was $5 \times 10^{-14}$ mol.
The significance of the principle described above extends beyond holographic sensing. It opens new possibilities in optical device fabrication [27]. Figure 4 shows a Fresnel lens made in this way. The sensitiser was deposited in the pattern of the required device on a photopolymer film, which was then exposed to ordinary light.

The third type of sensor is a pressure sensor. A pressure sensitive photopolymer (PSP) for tactile pressure measurements and their colour visualisation was developed recently in IEO. This pressure sensitive material is cheap and easy to produce. Its chemical composition is similar to the standard IEO holographic photopolymer [15-16]. This optimised photopolymer is capable of recording transmission and reflection holograms. The reflection holograms recorded in this novel material are of particular interest for different applications (Fig. 5), because of their ability to produce colour maps of pressure distribution without the need for scanning and digital processing.
Figure 5. Applications requiring a thin film capable of tactile pressure measurements

The operating principle (Fig. 6) is that the colour of the reconstructed light from a reflection hologram, illuminated by ambient light, depends on the pressure to which the hologram has been subjected. This principle derives from the fact that the hologram is made in an elastic photopolymer, which compresses under pressure, in turn reducing the recorded interference fringe spacing and hence the resonant wavelength of the device.

When a reflection hologram is illuminated with white light, light of a specific colour is diffracted and this is the colour observed. If a red laser is used for recording of the reflection hologram the reconstructed image will be observed in red.

Pressure sensitive photopolymers shrink due to applied pressure, which leads to a change in the fringe spacing of the hologram, and consequently to change in the colour observed (Fig. 6). The colour changes from red to yellow – green – blue as the applied pressure increases.

Figure 6. Principle of operation of a holographic pressure sensor

As a first step in the development of a new family of holographic sensors, several photopolymer compositions with different pressure sensitivities were produced. The initial tests
performed with an INSTRON machine show that the reconstructed images from reflection holograms made in the new PSP material, change colour when pressure is applied. Four different compositions were investigated (PSP1, PSP2, PSP3 and PSP4). Figure 7 and Figure 8 show our results for the pressure sensitivity of different PSPs. Figure 7 presents results for one PSP composition (PSP3) under two different applied pressures.

Figure 7. Change in hologram colour in thin films of PSP3 photopolymer under pressure of: a) 10 N/cm²; b) 50 N/cm²

Figure 8 present results for one pressure applied to thin films of three different PSP compositions. The results are repeatable and can serve as a basis for development of pressure sensitive thin film material with tuneable pressure sensitivity.

Figure 8. Change in hologram colour under pressure of 80 N/cm² in photopolymer thin films of: a) PSP1; b) PSP2, c) PSP4

The pressure sensitivity of the photopolymers diminishes in the direction (highest) PSP2 ⇒ PSP1 ⇒ PSP4 (lowest). The object in all experiments was a 10 cent coin for display purposes.

3. Environmentally friendly holographic photopolymers

The suitability of PVA/Acrylamide photopolymer materials for holographic applications is currently a hot research topic under investigation by numerous research groups [20-33]. However the toxicity of these photopolymer materials is of concern. This toxicity can be attributed to the carcinogenic nature of the monomer acrylamide (AA) [34-37]. As holographic
technologies are advanced, there is going to be a need for recording media, which can be produced in bulk with little risk to workers involved in its manufacture or to the environment. In order for photopolymer recording media to be a viable option for holographic applications, this issue has to be addressed, and a replacement monomer must be used.

Research into the development of non-toxic, water-soluble photopolymers has been reported by Ortuno et al. [38-40]. Sodium Acrylate (NaAO) was chosen as the substitute monomer in the photopolymer composition, the toxicity of which is reported to be lower than AA [41]. A maximum diffraction efficiency of 77% at the Bragg is reported for 900μm thick NaAO photopolymer layers [38] at a spatial frequency of 1125 l/mm, with a recording intensity of 5mW/cm². A refractive index modulation of ~2.24x10⁻⁴ is reported for the NaAO photopolymer. This is a factor of a magnitude lower than the refractive index modulations achieved with the PVA/AA composition [15, 28, 42]. This could be partly due to the difference in the refractive index of the AA and NaAO based materials [39]. The shrinkage of the NaAO photopolymer has been measured at ~3%, making it unsuitable for data storage applications.

A low toxicity water-soluble material using PVA photosensitized with dihydrated copper chloride (CuCl₂(2H₂O)) is reported by Olivares-Perez et al. [43]. An attractive feature of this material is its ability to conduct electricity, making it a candidate for opto-electronic applications. However the maximum diffraction efficiency recorded in 200μm thick layers in transmission mode is very low, 3.9%.

IEO has developed a new non-toxic photopolymer using the monomer Diacetone Acrylamide (DA) as the replacement for AA. A cytotoxicity comparison of the two monomers has been carried out. The replacement of AA with DA is justified by a decrease by two orders of magnitude in the Lethal Dose, or LD50, concentration. The results of this study will be published elsewhere. Characterisation of the holographic recording capabilities of the water-soluble material in the transmission mode of recording has been carried out [44]. Diffraction efficiencies greater than 90% were obtained in 80μm layers at 1000 l/mm, and a refractive index modulation of 3.3x10⁻³ has been obtained. This compares favourably to the refractive index modulation achievable with the AA-based photopolymer, as shown in Fig. 9. The DA photopolymer demonstrates a more uniform trend in intensity dependence than the AA photopolymer, which is most likely due to the larger monomer molecule size. As the rate of polymerisation is increased, the refractive index modulation for DA levels out due to a reduced rate of diffusion. This can be compared to the smaller AA monomer molecules which are more easily able to diffuse at higher recording intensities, and therefore the maximum refractive index modulation is greater. The DA photopolymer has also been doped with different additives, such as glycerol, which improves both the optical quality of the layers and its response at low exposure energies [45, 46]. Theoretical models [42] are currently being modified to explain the behaviour of the new non-toxic photopolymer. Initial Raman spectroscopy studies indicate that the mechanism for photo-polymerisation is the same for the DA and AA monomers, as the double peak observed at ~1630 cm⁻¹ for DA and the cross-linker bisacrylamide (BA) matches that observed for AA and BA (Figures 10, 11) [47].
Figure 9. Refractive index modulation vs. recording intensity for the DA and AA photopolymers at 1000 l/mm with an exposure energy 100mJ/cm².

Figure 10. Raman map showing the redistribution of the 1636 cm⁻¹ DA peak across a holographic grating with a fringe spacing of 10 µm, recorded in the DA photopolymer. Measurements were taken at 514nm with a S.A. (Jobin Yvon) LabRam 1B Spectrometer.
4. Conclusion

The chapter reviewed recent developments in holographic sensors technology at the Centre for Industrial and Engineering Optics (IEO) at Dublin Institute of Technology. We also reported the development of a novel environmentally friendly holographic photopolymer. Acrylamide is excluded from the composition of this photopolymer. Diffraction efficiencies greater than 90% are achievable in 80μm layers at 1000 l/mm, and a refractive index modulation of 3.3x10⁻³ has been obtained. This compares favourably to the refractive index modulation achievable with the acrylamide-based photopolymer. Characterisation of the recording capabilities of the diacetone-based photopolymer in the reflection mode of recording will follow.

The authors acknowledge the assistance of Dr Karl Crowley, Dublin City University in producing the Fresnel lens shown in Figure 4. The authors acknowledge also the help of Dr Luke O’Neill with the Raman measurements using FOCAS facilities at Dublin Institute of Technology.

The work on the development of the diacetone-acrylamide based photopolymer was financially supported by the Irish Research Council Embark Initiative.
Author details

Emilia Mihaylova1,2, Dervil Cody1, Izabela Naydenova1, Suzanne Martin1 and Vincent Toal1

1 Centre for Industrial and Engineering Optics, School of Physics, College of Sciences and Health, Dublin Institute of Technology, Dublin, Ireland
2 Department of Mathematics and Physics, Agricultural University, Plovdiv, Bulgaria

References

[1] D. H. Close, A. D. Jacobson, R. C. Magerum, R. G. Brault, and F. J. McClung, “Hologram recording on photopolymer materials,” Appl. Phys. Lett. 14(5), 159–160 (1969).
[2] W. S. Colburn and K. A. Haines “Volume Hologram Formation in Photopolymer Materials” Applied Optics, Vol. 10, Issue 7, pp. 1636-1641 (1971)
[3] R. H. Wopschall and T.R. Pampalone “Dry Photopolymer Film for Recording Holograms” Applied Optics, Vol. 11, Issue 9, pp. 2096-2097 (1972)
[4] B. L. Booth, "Photopolymer Material for Holography,” Appl. Opt. 11, 2994-2995 (1972)
[5] R. T. Ingwall and H. L. Fielding, “Hologram recording with a new photopolymer system,” Opt. Eng. 24, 808–811 (1985).
[6] R. T. Ingwall; M. Troll “Mechanism Of Hologram Formation In DMP-128 Photopolymer” Opt. Eng. 28 (6), 586 (1989)
[7] Jurbergs et al “New recording materials for the holographic industry” Practical Holography XXIII: Materials and Applications, edited by Hans I. Bjelkhagen, Raymond K. Kostuk, Proc. of SPIE Vol. 7233, 72330K (2009)
[8] Weiser et al “Self-Processing, Diffusion-Based Photopolymers for Holographic Applications, Macromolecular Symposia, Special Issue: Modern Trends in Polymer Science – EPF’09 – Vol. 296, Issue 1, pages 133–137, October (2010)
[9] Holography News “Dai Nippon and Sony High-Res Animated Holograms”, Vol 21, No 7, (July 2007)
[10] Meka, C., Jallapuram, R., Naydenova, I., Martin, S., Toal, V.: “Development of a panchromatic acrylamide based photopolymer for multicolour reflection holography”. Applied Optics, Vol. 49, Issue 8, pp. 1400-1405 (2010)
[11] Pramitha Vayalamkuzhi, Rani Joseph, Krishnapillai Sreekumar, and Cheranellore Sudha Kartha “silver-doped poly(vinyl alcohol)/acrylamide photopolymer” Applied Optics, Vol. 50, Issue 18, pp. 2886-2891 (2011)
[12] T. Facke “New Photopolymer Film Enabling the Next Generation Overt Security Features” presentation at Holo-Pack Holo-Print Holography Conference, 28-30 Oct 2012, Vienna, Austria (2012)

[13] Suzanne Martin, Emilia Mihaylova, Amanda Creane, Vincent Toal, Izabela Naydenova “Digitally Printed Holograms”, presentation at Holo-Pack Holo-Print Holography Conference, 28-30 Oct 2012, Vienna, Austria (2012)

[14] I. Lancaster and D. Tidmarsh, “The changing market for security holograms”, presentation at Holo-Pack Holo-Print Holography Conference, 28-30 Oct 2012, Vienna, Austria (2012)

[15] S. Martin; P. E. Leclere; Y. L. M. Renotte; V. Toal and Y. F. Lion “Characterization of an acrylamide-based dry photopolymer holographic recording material”, Opt. Eng. 33(12), 3942-3946 (1994)

[16] Mahmud, M., Naydenova, I., Pandey, N., Babeva, T., Jallapuram, R., Martin, S., Toal, V.: Holographic recording in acrylamide photopolymers: Thickness limitations. Applied Optics, 48(14), 2642-2648 (2009)

[17] I. Naydenova, H. Sherif, S. Mintova, S. Martin, V. Toal, “Holographic recording in nanoparticle-doped photopolymer”, SPIE proceedings of the International Conference on Holography, Optical Recording and Processing of Information, V 6252, 45-50, 2006.

[18] Leite, E., Naydenova, I., Pandey, N., Babeva, T., Majano, G., Mintova, S., et al. (2009). Investigation of the light induced redistribution of zeolite beta nanoparticles in an acrylamide-based photopolymer. Journal of Optics A: Pure and Applied Optics, 11(2) 024016.

[19] Leite, E., Naydenova, I, Mintova, S. Leclercq, L., Toal, V. “Photopolymerisable Nanocomposites for Holographic Recording and Sensor Application”, Appl.Opt. / Vol. 49, No. 19, 3652-3660 (2010)

[20] E. Leite, Tz. Babeva, E.-P. Ng, V. Toal, S. Mintova, and I. Naydenova, ”Optical Properties of Photopolymer Layers Doped with Aluminophosphate Nanocrystals” Journal of Phys. Chem. C, (2010), DOI: 10.1021/jp1060073

[21] I. Naydenova, E. Leite, Tz. Babeva, N. Pandey, T. Baron, T. Yovcheva, S. Sainov, S. Martin, S. Mintova and V. Toal, Optical properties of photopolymerisable nanocomposites containing nanosized molecular sieves, (2011), J. Opt., (2011) 044019 (10pp), doi:10.1088/2040-8978/13/4/044019

[22] Moothanchery, M., Naydenova, I., Mintova, S., Toal, V.: Nanozeolites Doped Photopolymer Layers with Reduced Shrinkage. Optics Express, Vol. 19, Issue 25, pp. 25786-25791 (2011); http://dx.doi.org/10.1364/OE.19.025786
[23] I. Naydenova, R. Jallapuram, V. Toal and S. Martin, “Hologram-based humidity indicator for domestic and packaging applications”, SPIE proceedings, V 6528, 652811, 2007. doi:10.1117/12.716242

[24] Izabela Naydenova, Raghavendra Jallapuram, Vincent Toal, and Suzanne Martin, A visual indication of environmental humidity using a color changing hologram recorded in a self-developing photopolymer, Appl. Phys. Lett. 92, 031109 (2008); DOI: 10.1063/1.2837454

[25] I. Naydenova, J. Raghavendra, V. Toal, S. Martin, “Characterisation of the humidity and temperature responses of a reflection hologram recorded in acrylamide-based photopolymer”, Sensors and Actuators B: Chemical 139, 35-38 (2009).

[26] I. Naydenova, R. Jallapuram, S. Martin, V. Toal, “Holographic humidity sensors”, in “Humidity sensors: Types, Nanomaterials and Environmental monitoring” , Nova Science Publishers, 2011, ISBN: 978-1-61209-246-1

[27] I. Naydenova, S. Martin, V. Toal, (2009) , “Photopolymers –beyond the standard approach to photosensitisation”, JEOS Rapid Publications, 4, 09042.

[28] S. Blaya, L. Carretero, R. Mallavia, A. Fimia, R. Madrigal, M. Ulibarrena, D. Levy, “Optimisation of an Acrylamide-based dry film for holographic recording”, Applied Optics 37, 7604-7610 (1998).

[29] E. Fernandez, A. Marquez, S. Gallego, R. Fuentes, C. Garcia, I. Pascual, “Hybrid ternary modulation applied to multiplexing holograms in photopolymers for data page storage”, Journal of Lightwave Technology 28, 776-783 (2010).

[30] S.Q. Tao, Y.X. Zhao, Y.H. Wan, Q.L Zhai, P.F. Liu, D.Y. Wang, F.P. Wu, “Dual-wavelength sensitized photopolymer for holographic data storage”, Japanese Journal of Applied Optics 49, 2010.

[31] F.K. Bruder, F. Deuber, T. Facke, R. Hagen, D. Honel, D. Jurbergs, M. Kogure, T. Rolle, M.S. Weiser, “Full-colour self-processing holographic photopolymers with high sensitivity in red – the first class of instant holographic photopolymers”, Journal of Photopolymer Science and Technology 22, 257-260 (2009).

[32] V. Pramitha, K.P. Nimmi, N.V. Subramanyan, R. Joseph, K. Sreekumar, C.S. Kartha, “Silver-doped photopolymer media for holographic recording”, Applied Optics 48, 2255-2261 (2009).

[33] S. Liu, J. Sheridan, “Improvement of photopolymer materials for holographic data storage”, Journal of Materials Science 44, 6090-6099 (2009).

[34] D. D. McCollister, F. Oyen and V. K. Rowe, “Toxicology of Acrylamide”, Toxicology and Applied Pharmacology 6, 172-181 (1964).

[35] A., G. Lawrence, R. Gentry, T. McDonald, H. Bartow, J. Bounds, N. Macdonald, H. Clewell, B. Allen and C. Van Ladingham, “Acrylamide: Review of Toxicity Data
and Dose-Response Analyses for Cancer and Noncancer Effects”, Critical Reviews in Toxicology 36, 481-608 (2006).

[36] D. J. King and R. R. Noss, “Toxicity of polyacrylamide and acrylamide monomer”, Rev. Environ. Health 8, 3-16 (1989).

[37] Health implications of acrylamide in food: report of a joint FAO/WHO consultation, WHO Headquarters, Geneva, Switzerland, 25-27 June, 2002.

[38] M. Ortuno, E. Fernandez, S. Gallego, A. Belendez, I. Pascual, “New photopolymer holographic recording material with sustainable design”, Optics Express 15, 12425-12435 (2007).

[39] S. Gallego, A. Marquez, M. Ortuno, S. Marini, J. Frances, “High environmental compatibility photopolymers compared to PVA/AA based materials at zero spatial frequency limit”, Optical Materials 33, 531-537 (2011).

[40] M. Ortuno, S. Gallego, A. Marquez, C. Neipp, I. Pascual, A. Belendez, “Biophotopol: A Sustainable Photopolymer for Holographic Data Storage Applications”, Materials 5(5), 772-783 (2012).

[41] J. M. Barnes, “Effects on rats of compounds related to Acrylamide”, British Journal of Industrial Medicine, 1970.

[42] T. Babeva, I. Naydenova, D. Mackey, S. Martin, V. Toal, “Two-way diffusion model for short-exposure holographic grating formation in Acrylamide-based photopolymer”, Journal of Optical Society of America B 27, 197-203 (2010).

[43] A. Olivares-Perez, M.P. Hernandez-Garnay, I. Fuentes-Tapia, J.C. Ibarra-Torres, “Holograms in polyvinyl alcohol photosensitized with CuCl₂(H₂O)”, Optical Engineering 50, 0658011-0658016 (2011).

[44] D. Cody, I. Naydenova, E. Mihaylova, “New non-toxic holographic photopolymer”, Journal of Optics 14, DOI: 10.1088/2040-8978/14/1/015601 (2012).

[45] D. Cody, I. Naydenova, E. Mihaylova, "Effect of glycerol on a diacetone acrylamide-based holographic photopolymer material", Applied Optics 52(3), 489-494 (2013).

[46] D. Cody, I. Naydenova, E. Mihaylova, "Diacetone acrylamide-based non-toxic holographic photopolymer", SPIE Proceedings 8429, Photonics Europe, 16-19 April 2012, Brussels Belgium.

[47] R. Jallapuram, I. Naydenova, H. Byrne, S. Martin, R. Howard, V. Toal, “Raman spectroscopy for the characterization of the polymerization rate in an acrylamide-based photopolymer”, Applied Optics 47, 206-212 (2008).